Green Composites from Thiophene Chalcones and Rice Husk Lignin: An Alternative of Powder for Latent Fingermark

Bruno Nunes da Rosa 1,2, Marcelo Pereira da Rosa 3, Tais Poletti 1,2, Nathalia Pereira Koltz de Lima 1, Guilherme Kurz Maron 2,4, Bruno Vasconcellos Lopes 2, Kristiane de Cássia Mariotti 5, Paulo Henrique Beck 3, Neftali Lenin Villarreal Carreno 2 6 and Claudio Martin Pereira de Pereira 1,2,*

1 Laboratory of Lipidomics and Bioorganic, Bioforensics Research Group, Federal University of Pelotas, Pelotas 96010-900, RS, Brazil
2 Materials Science and Engineering, Technology Development Center, Federal University of Pelotas, Pelotas 96010-000, RS, Brazil
3 School of Chemistry and Food, Federal University of Rio Grande (FURG), Rio Grande 96203-900, RS, Brazil
4 Postgraduate Program in Biotechnology, Technology Development Center, Federal University of Pelotas, Pelotas 96010-900, RS, Brazil
5 Identification Group, Brazil Federal Police, Porto Alegre 90610-093, RS, Brazil
* Correspondence: lahbbioufpel@gmail.com

Abstract: This study reports a route to obtaining a novel and cost-effective rice husk-derived lignin/thiophene chalcone green composite for application in forensic science as a fingermark developer through high energy milling. The material was properly characterized by UV-Vis, IR, fluorescence, X-ray diffraction and scanning electron microscopy. The product provided clear and sharp images of latent fingermarks with minimal background staining, revealing all ridge details. Thus, the composite presented good performance as a fingermark developer, becoming an interesting alternative to being applied as a technological, reproducible and renewable product.

Keywords: fingermark; lignin; forensic; green chemistry

1. Introduction

Fingerprints have been used as a method of human identification since ancient times due to their uniqueness to each individual and have become fundamental in crime scene investigations as circumstantial evidence for suspect identification [1,2]. When the fingermarks are found in latent form, it is necessary to use a development technique. Currently, there are numerous methodologies, which can be classified into physical or chemical techniques, depending on the type of substrate in which the latent fingermark (LFM) is found [3].

The development of hybrid materials containing two or more phases to generate increased physical and chemical properties is an approach that has been continuously applied in different fields of science [4]. Accordingly, there has been an increasing search for this class of material for fingermark development [5]. As an example, the use of lanthanide doping to obtain core–shell nanoarchitectures [6] and Europium ions doped with calcium hydroxy stannate can be cited [7]; both are studied as fingermark-revealing materials in different surfaces. Other hybrid materials, such as red fluorescent carbon dot powder [8] and doping of Li+ to improve the luminescence permittivity of green nanophosphor CaWO4:Tb3+, are also reported [9]. In this scenario, rice husk is an interesting waste material that can be used for the biosynthesis of gold nanoparticles [10] or for lignin extraction [11]. Moreover, organic molecules, such as curcumin [12] and chalcones [13], have also been efficiently applied in LFM development.

In nature, lignin usually forms ether or ester bonds with hemicellulose that is associated with cellulose. Therefore, these natural polymers build a complex and valuable...
Among the available natural precursors, rice husk has attracted attention due to presence of silica (SiO$_2$), resulting in a natural organic–inorganic composite, since it also contains cellulose, hemicellulose and lignin [15]. Furthermore, the structural components of lignin make it an attractive resource for value-added products, including carbon fibers, resins, polymers and chemical commodities. Due to the presence of SiO$_2$, the rice husk lignin (RHL) has already been used as a residual source to obtain silica nanoparticles/curcumin pigment fluorescent composites for the development of latent fingerprints [16]. Similarly, as a potential candidate to be used as latent fingerprints revealers, the use of chalcones is also reported. In particular, the presence of $\alpha$, $\beta$-unsaturation lead at special coloration can be interesting for the development of a novel composite [13].

The application of powders to latent fingerprints has been long established as an effective and reliable method for developing latent fingerprints both in crime scenes and in laboratories. Most studies have focused on the development—or optimization—of conventional detection techniques [17]. Nevertheless, fundamental issues still need improvement and the actual efficiency of detection sequences remains hard to assess when considering non-supervised items (approximately 50% of fingerprints escape detection) [18,19]. The development of new materials to detect LFM through clean chemistry, with low cost of production, high sensitivity and low toxicity, seems to be an interesting alternative. Herein, this work describes the development of a novel and green hybrid composite of RHL and thiophene chalcone for application as an LFM development technique.

### 2. Material and Methods

#### 2.1. Preparation of Rice Husk Lignin and Chalcone Composite

All solvents and reagents used in the synthesis were obtained from Sigma-Aldrich Co., St. Louis, MO, USA. Lignin from rice husk was obtained as previously reported [20]. The chalcone was prepared by mixing 2-acethylthiophene and 4-dimethylaminobenzaldehyde in a solution of sodium hydroxide dissolved in ethanol, which was left stirring at room temperature for 4 h. The solution was then placed in a refrigerator and the precipitate obtained was filtered and washed with cold ethanol, resulting in the pure 4-(4-(dimethylamino)phenyl)-1-(thiophen-2-yl)but-3-en-2-one. For the composite preparation, a solution containing distilled water, chalcone and RHL was added to a dispersing mill for 3 h at room temperature. After this period, the solution was centrifuged and dried in an oven at 50 $^\circ$C.

#### 2.2. Characterization

All samples were characterized by infrared spectroscopy and a spectrophotometer. Infrared spectra were recorded on a Shimadzu (Japan) infrared spectrophotometer with Fourier transform (FTIR), model IRSpirit, with KBr pads with readings from 400 to 4000 cm$^{-1}$ and 45 scans. The spectroscopic analysis in the ultraviolet/visible (UV-Vis) were performed by a Bel Photonics (Italy) spectrophotometer, model UV-M51, using glass cuvettes with solutions in methanol at a concentration of 10 $\mu$M. Absorbance was read at an interval between 200 and 600 nm. The emission spectral profile measurement of chalcone was carried out using a TECAN (Switzerland) Infinite 200PRO spectrofluorometer. The experiment was carried out at $10^{-3}$ M concentration in MeOH. For scanning electron microscopy, Shimadzu equipment, model SSX-550 Superscan, was used. A glass cover slip was used as a substrate for the deposition of a natural fingerprint and developed with the prepared RHL/chalcone. The substrate was mounted on the stub with carbon tape, metallized with gold and analyzed at 15 kV.

#### 2.3. Fingermark Deposition

Glass substrates were used for deposition of fingermarks. Eight donors washed their hands and waited 30 min to perform the deposition. After the deposition, LFM was kept at room temperature for 24 h to simulate a real casework. The development was carried out by powder dusting method using brushes for the development and cleaning of the
excess of powder (132LBW and CFB100 from Sirchie®). Photographs were taken with a semi-professional Canon camera, model EOS Rebel T6, with a distance of 9 cm and focus 5.6.

3. Results and Discussion

Figure 1a shows the UV-Vis spectrum of chalcone, RHL and RH/chalcone composite. A band between 260 and 340 nm related to chromophore groups of conjugated and unconjugated phenolic compounds present in lignin with maximum absorption at 280 nm are observed. For the two samples containing chalcone, an intense band between 360 and 480 nm with maximum intensity at 430 nm can be noticed, transmitting an intense orange coloration, as evidenced in the fingermarks exhibited in Figure 2. The analysis was performed at the same concentration for all samples, but because the compound RHL/Chalcone is a mixture of the m/m ratio of the other compounds, there was a variation in the bands. Furthermore, the composite sample presented respective bands previously described, indicating that the RHL acquired the orange coloration, which is attractive for the LFM development. Although chalcone exhibits high fluorescence emission, as presented in Figure 1b. With the use of lignin for composite preparation along with chalcone, it was not possible to observe this property in the final product.

![Image](image-url)
First, the IR spectrum of the samples are shown in Figure 1b. The typical bands associated with different types of hydrocarbons in reaction to vibrations of C-H bonds in CH$_3$ and CH$_2$ groupings are observed between 2800 and 3000 cm$^{-1}$. In the region from 500 and 2000 cm$^{-1}$, the RHL presented bands at 1712 cm$^{-1}$, corresponding to unconjugated carbonyl in a guaiacyl (G) unit; 1589–1591 cm$^{-1}$ aromatic ring in guaiacyl and syringyl (S) units; 1417–1421 cm$^{-1}$ C-H stretching in G and S rings in the plane; 1325–1327 cm$^{-1}$ C-O stretching in S units; 1267 cm$^{-1}$ C-O stretching in G units; 1219–1226 cm$^{-1}$ C-C, C-O and C=O stretching in G units; 1159–1161 cm$^{-1}$ C=O stretching in ester grouping; 1126–1128 cm$^{-1}$
aromatic ring stretching in G units; 1091–1095 cm\(^{-1}\) C-O stretching in secondary alcohols or aliphatic ethers; 1033–1039 cm\(^{-1}\) C-O stretching in methoxyl grouping; and 835–839 cm\(^{-1}\) out-of-plane C-H stretching in G and S units [21]. The chalcone exhibited bands at 1820 and 1600 cm\(^{-1}\) related to the carbonyl C=O functional groups, which are assigned to axial strain vibrations, C=C bonds at 1650 cm\(^{-1}\) and a strong band between 1650 and 1450 cm\(^{-1}\) related to aromatic rings. Similarly, for RHL/chalcone, the aforementioned overlapping of the bands was noticed.

The crystal structure of the materials was further studied by X-ray diffraction and the XRD patterns of chalcone, RHL and chalcone/RHL are shown in Figure 2c. As expected, the results for chalcone reveals several sharp and intense peaks, indicating the existence of long-range structural order within the solid state [22]. Differently, the diffractogram of RHL showed the typical amorphous characteristic of lignin, with a large band at approximately 20 = 22°. For the RHL/chalcone sample, the predominance of the amorphous characteristic was maintained, with no evident peaks observed in the XRD pattern.

The images of the fingermark development are shown in Figure 2, clearly evidencing the existence of drawings belonging to the dermal papilla of each donor. According to the Sears classification, the fingermark can be classified as very strong development, full ridge details and identifiable fingermarks [23]. Additionally, due to the high coloration of the material, a good contrast differentiating the fingermark from the substrate was obtained. In addition, the powder can also be applied on other surfaces, as in Figure 3, where it is possible to observe fingermarks developed on glass, cardboard and ceramics. The scanning electron microscopy (SEM) images of the fingermarks were developed with RHL/chalcone, as shown in Figure 4.

Figure 3. Fingermarks developed with RHL/chalcone on objects, such as (a) cell phone (glass); (b) box (cardboard); (c) mug (ceramic).
4. Conclusions

A simple, rapid and cost-effective approach was presented for visualizing LFM on different surfaces. The novel hybrid rice husk lignin/chalcone composite resulted in clear and sharp images of LFM with minimal background staining, revealing all ridge details. Moreover, the developing powder presented good reproducibility and can be easily prepared in large quantities. In terms of future perspectives, an investigation with a greater number of donors, evaluating different aging times and fabricating fluorescent developing powders would be worthwhile. Additionally, this material can promote significant advances in the area of papilloscopy as a development powder, especially in emerging countries, contributing to forensic sciences and case elucidation.

Author Contributions: Conceptualization, B.N.d.R. and T.P.; methodology, N.P.K.d.L.; validation, K.d.C.M.; T.P. and C.M.P.d.P.; formal analysis, M.P.d.R.; investigation, B.N.d.R.; resources, C.M.P.d.P.; data curation, B.V.L.; writing—original draft preparation, B.N.d.R.; writing—review and editing, B.N.d.R.; G.K.M.; visualization, K.d.C.M.; supervision, P.H.B.; project administration, N.L.V.C.;
C.M.P.d.P.; funding acquisition, N.L.V.C.; C.M.P.d.P. All authors have read and agreed to the published version of the manuscript.

**Funding:** Coordenação de Aperfeiçoamento de Pessoal de Nível Superior—Brasil (CAPES)—Finance Code 001 and Instituto Nacional de Ciência e Tecnologia Forense (INCT-Forensic) CNPq 465450/2014-8.

**Acknowledgments:** The authors are grateful to the Coordenação de Aperfeiçoamento de Pessoal de Nível Superior—Brasil (CAPES)—Finance Code 001, the Instituto Nacional de Ciência e Téc. Foral de Aperfeiçoamento de Pessoal de Nível Superior—Brasil (CAPES)—Finance Code 001, the Instituto Nacional de Ciência e Tecnologia Forenses (INCT-Forensic) CNPq 465450/2014-8, and the Fundação de Amparo à pesquisa do Estado do Rio Grande do Sul (FAPERGS).

**Conflicts of Interest:** The authors declare no conflict of interest.

**References**

1. van Dam, A.; van Beek, F.T.; Aalders, M.C.G.; van Leeuwen, T.G.; Lambrecht, S.A.G. Techniques That Acquire Donor Profiling Information from Fingermarks—A Review. *Sci. Justice* **2016**, *56*, 143–154. [CrossRef] [PubMed]

2. Poletti, T.; Bernera, L.M.; Passos, L.F.; da Rosa, B.N.; de Pereira, C.M.P.; de Mariotti, K.C. Preliminary Efficiency Evaluation of Development Methods Applied to Aged Sebaceous Latent Fingermarks. *Sci. Justice* **2021**, *61*, 378–383. [CrossRef] [PubMed]

3. Moule, E.C.; Guinan, T.M.; Gustafsson, O.J.R.; Kobus, H.; Kirkbride, K.P.; Voelcker, N.H. Silver-Assisted Development and Imaging of Fingermarks on Non-Porous and Porous Surfaces. *Int. J. Mass Spectrom.* **2017**, *422*, 27–31. [CrossRef]

4. Ding, L.; Peng, D.; Wang, R.; Li, Q. A User-Secure and Highly Selective Enhancement of Latent Fingerprints by Magnetic Composite Powder Based on Carbon Dot Fluorescence. *J. Alps Compd.* **2021**, *856*, 158160. [CrossRef]

5. Wang, M.; Li, M.; Yu, A.; Zhu, Y.; Yang, M.; Mao, C. Fluorescent Nanomaterials for the Development of Latent Fingerprints in Forensic Sciences. *Adv. Funct. Mater.* **2019**, *31*, 11543–11554. [CrossRef]

6. Xu, J.; Zhang, B.; Jia, L.; Fan, Y.; Chen, R.; Zhu, T.; Liu, B. Dual-Mode, Color-Tunable, Lanthanide-Doped Core-Shell Nanoarchitectures for Anti-Counterfeiting Inks and Latent Fingerprint Recognition. *ACS Appl. Mater. Interfaces* **2019**, *11*, 35294–35304. [CrossRef] [PubMed]

7. Ghubish, Z.; Saif, M.; Hafez, H.; Mahmoud, H.; Kamal, R.; El-Kemary, M. Novel Red Photoluminescence Sensor Based on Europium Ion Doped Calcium Hydroxy Stannate CaSn(OH)6:Eu3+ for Latent Fingerprint Detection. *J. Mol. Struct.* **2020**, *1207*, 127840. [CrossRef]

8. Dong, X.Y.; Niu, X.Q.; Zhang, Z.Y.; Wei, J.S.; Xiong, H.M. Red Fluorescent Carbon Dot Powder for Accurate Latent Fingerprint Identification Using an Artificial Intelligence Program. *ACS Appl. Mater. Interfaces* **2020**, *12*, 29549–29555. [CrossRef]

9. Ghubish, Z.; El-Kemary, M. Influence of Li+ doping on the luminescence performance of green nano-phosphor CaWO4:Tb3+ as a sweat pores fingerprint and cheiloscopy sensor. *J. Ind. Eng. Chem.* **2022**, *107*, 61–74. [CrossRef]

10. Harby, A.G.; El-Borady, O.M.; El-Kemary, M. The exploitation of rice husk biomass for the bio-inspired synthesis of gold nanoparticles as a multifunctional material for various biological and photocatalytic applications. *Bioprocess Biosyst. Eng.* **2022**, *45*, 61–74. [CrossRef]

11. Kumar, A.; Chauhan, A.S.; Bains, R.; Das, P. Rice straw (Oryza sativa L.) biomass conversion to furfural, 5-hydroxymethylfurfural, lignin and bio-char: A comprehensive solution. *Ind. Eng. Chem. Res.* **2021**, *60*, 286–294. [CrossRef]

12. Poletti, T.; Bernera, L.M.; Bueno, D.T.; da Silva, C.C.; da Silva, R.; Pereira, C.M.P. Chemical Evaluation and Application of Cinnamaldehyde-Derived Curcuminoids as Potential Fingerprint Development Agents. *Talanta Open* **2022**, *6*, 100133. [CrossRef]

13. Balsan, J.D.; Rosa, B.N.; Pereira, C.M.P.; Santos, C.M.M. Development of Methodology of Latent Fingerprint Revelation with Chalcones. *Quim. Nova* **2019**, *42*, 845–850. [CrossRef]

14. Park, G.W.; Gong, G.; Joo, J.C.; Song, J.; Lee, J.; Lee, J.P.; Kim, H.T.; Ryu, M.H.; Sirohi, R.; Zhuang, X.; et al. Recent Progress and Challenges in Biological Degradation and Biotechnological Valorization of Lignin as an Emerging Source of Bioenergy: A State-of-the-Art Review. *Renew. Sustain. Energy Rev.* **2022**, *157*, 112025. [CrossRef]

15. Huang, S.S.; Tung, M.T.; Huynh, C.D.; Hwang, B.J.; Bieker, P.M.; Fang, C.C.; Wu, N.L. Engineering Rice Husk into a High-Performance Electrode Material through an Ecofriendly Process and Assessing Its Application for Lithium-Ion Sulfur Batteries. *ACS Sustain. Chem. Eng.* **2019**, *7*, 7851–7861. [CrossRef]

16. Rajan, R.; Zakaria, Y.; Shamsuddin, S.; Nik Hassan, N.F. Robust Synthesis of Mono-Dispersed Spherical Silica Nanoparticles from Rice Husk for High Definition Latent Fingerprint Development. *Arab. J. Chem.* **2020**, *13*, 8119–8132. [CrossRef]

17. Bécue, A. Emerging Fields in Fingermark (Meta)Detection—A Critical Review. *Anal. Methods* **2016**, *8*, 7983–8003. [CrossRef]

18. Bécue, A. Fingermark Detection: Should We Take the Red Pill or the Blue Pill? In Proceedings of the Archibald Reiss Days, Belgrade, Serbia, 7–9 November 2017; Volume 3.

19. Jabar, N.; Lesniewski, A.; Gabizon, H.; Shenawi, S.; Mandler, D.; Almag, J. Visualization of Latent Fingermarks by Nanotechnology: Reversed Development on Paper-a Remedy to the Variation in Sweat Composition. *Angew. Chem. Int. Ed.* **2012**, *51*, 12224–12227. [CrossRef]

20. Melo, R.P.; Rosa, M.P.; Beck, P.H.; Tienne, L.G.P.; de Fátima V Marques, M. Thermal, Morphological and Mechanical Properties of Composites Based on Polyamide 6 with Cellulose, Silica and Their Hybrids from Rice Husk. *J. Compos. Mater.* **2021**, *55*, 1811–1821. [CrossRef]
21. Sammons, R.J.; Harper, D.P.; Labbé, N.; Bozell, J.J.; Elder, T.; Rials, T.G. Characterization of Organosolv Lignins Using Thermal and FT-IR Spectroscopic Analysis. *BioResources* **2013**, *8*, 2752–2767. [CrossRef]

22. Muralidharan, P.; Jones, B.; Allaway, G.; Biswal, S.S.; Mansour, H.M. Design and Development of Innovative Microparticulate/Nanoparticulate Inhalable Dry Powders of a Novel Synthetic Trifluorinated Chalcone Derivative and Nrf2 Agonist. *Sci. Rep.* **2020**, *10*, 1–15. [CrossRef] [PubMed]

23. Sears, V.G.; Bleay, S.M.; Bandey, H.L.; Bowman, V.J. A Methodology for Finger Mark Research. *Sci. Justice* **2012**, *52*, 145–160. [CrossRef] [PubMed]

24. Zhang, H.; Zhao, X.; Ding, X.; Lei, H.; Wang, Z. Preparing Spherical Lignin from Rice Husk. *Bioprocess Biosyst. Eng.* **2013**, *36*, 1149–1155. [CrossRef] [PubMed]

25. Bleay, S.; Sears, V.; Downham, R.; Bandey, H.; Gibson, A.; Bowman, V.; Fitzgerald, L.; Ciuksz, T.; Ramadani, J.; Selway, C. *Fingerprint Source Book v2.0*, 2nd ed.; CAST: Wakefield, MA, USA, 2018; Volume 665.